Research Article

Measurement of Adhesion of In Situ Electrospun Nanofibers on Different Substrates by a Direct Pulling Method

Bin Zhang,1 Xu Yan,2,3 Yuan Xu,1 Huai-Song Zhao,1 Miao Yu,1,4 and Yun-Ze Long1,3

1Collaborative Innovation Center for Nanomaterials & Devices, College of Physics, Qingdao University, Qingdao 266071, China
2Industrial Research Institute of Nonwovens & Technical Textiles, College of Textiles & Clothing, Qingdao University, Qingdao 266071, China
3Collaborative Innovation Center for Eco-Textiles of Shandong Province, Qingdao University, Qingdao 266071, China
4Department of Mechanical Engineering, Columbia University, New York, NY 10027, USA

Correspondence should be addressed to Xu Yan; qdyanx@163.com and Yun-Ze Long; yunze.long@163.com

Received 5 December 2019; Revised 19 January 2020; Accepted 24 January 2020; Published 27 March 2020

1.Introduction

Nowadays, electrospinning as a simple, effective, and versatile method to produce continuous ultrafine fibers has attracted much interest in preparing various functional materials [1–5]. Thanks to the advantages of large surface-area-to-volume ratio of as-spun fibers and high porosity of the fiber meshes, electrospun fibers and meshes have shown potential applications in various fields such as nanosensors [5], filtrations [6–8], and wound dressings [9–11]. Usually, electrospun fibers and meshes were collected onto substrates, namely, collectors. For actual applications, electrospun fibers meshes might need to stick to a substrate, for example, polyacrylonitrile (PAN) onto a screen window for PM2.5 filtration [8], in situ electrospinning wound dressing onto the hand skin [9, 10], or removing from the collector as scaffolds for preventing hypertrophic scars [12]. Therefore, the adhesion between electrospun meshes and substrates plays a key role in the function of electrospun materials and actual applications.

Generally, the adhesion between electrospun fibers and substrates results from the van der Waals force induced by the microscale/nanoscale structures of as-spun fibers, which are characterized by high surface area-to-volume ratio, highly active chains at surface, and the electrostatic force involved by electrospinning process [13–23]. However, this kind of adhesive force is relatively weak to test. Several attempts have been reported to quantitatively measure the adhesion at microscale/nanoscale contacts, such as surface forces apparatus [24], AFM [24, 25], and indentation method [26]. However, these methods were not suitable for measuring the adhesion of meshes on a large substrate and thin membranes of soft materials like electrospun polymer meshes which contained several sheets attached to each other. To measure the adhesion of thin films like electrospun meshes, other effectively testing methods were suggested including the “dead-weight” test [16–18]; the test method is complicated to operate and the test instrument is expensive. In addition, the lap-shear test by using a Instron tensile tester...
[19] and shaft-loaded blaster test (SLBT) [20–23] are complicated to operate, and it is difficult to precisely control the change in morphology between the fiber and the substrate.

Aiming to easily and quantitatively measure the adhesion between electrospun meshes and substrates, we reported a simple direct pulling method in this manuscript. Several kinds of substrates were selected and the morphologies of these substrates were examined. According to the methods in the literature [27], the morphologies of different substrates were observed as Figure 1. In the 3D figure, the yellow area in the figure is the embossment of the surface. It can be seen from Figure 2 that the surface roughness of wood pulp paper is larger than that of silicone paper and there are fibers on the surface of the wood pulp paper in the 3D morphologies. Moreover, the effects of electrosprning voltage and the morphologies of as-spun fibers and substrates on the adhesion force were discussed. These results may help to understand the mechanism of adhesion and help to find the way to strength or weaken the adhesion force for actual applications.

2. Materials and Experiment

2.1. Materials. Polyvinylpyrrolidone (PVP, 250 kDa, Sinopharm Chemical Reagent Co., Ltd., China) was dissolved in ethanol (Sinopharm Chemical Reagent Co., Ltd, China) at 13 wt.%. The solution was agitated at room temperature under constant stirring for at least 24 h before electrosprning.

Polyacrylonitrile (PAN, 250 kDa, Sinopharm Chemical Reagent Co., Ltd, China) was dissolved in N,N-dimethylformamide (Sinopharm Chemical Reagent Co., Ltd, China) at 13 wt.%. The solution was agitated at room temperature under constant stirring for at least 24 h before electrosprning.

---

Figure 1: Optical photograph, SEM, and 3D confocal microscopy images of aluminium foil (a1, a2, a3), wood pulp paper (b1, b2, b3), and silicon paper (c1, c2, c3).
China) at 17 wt.%. The solution was agitated at room temperature under constant stirring for at least 24 h before electrospinning.

Thermoplastic polyurethanes (TPU, 250kDa, Sino-Pharm Chemical Reagent Co., Ltd., China) was dissolved in N,N-dimethylformamide (Sinopharm Chemical Reagent Co., Ltd, China) at 30 wt.%. The solution was agitated at room temperature under constant stirring for at least 24 h before electrospinning.

Aluminium foil (purchased from Meijia Chufang), wood pulp paper (70 g·m⁻², PT. Riau Andalan Kortas), and silicon paper (Art Exhibition, purchased from Shanghai Qiner Packaging Technique LTD.CO) were selected as substrates, which may exhibit conductive, insulating, and smooth and rough surfaces, as suggested in Figure 1. During the electrospinning process, PVP fibers were directly electrospun onto the substrates for 30 min.

2.2. Characterization. The morphology of the as-spun fibers and substrates were examined by using a scanning electron microscope (SEM, Phenom ProX, Phenom Scientific Instruments Co., Ltd.) at 10 kV, and all samples were coated with gold layer for 30 s before analysis. The electrostatic attenuations of the as-spun meshes on different substrates were examined by using a static decay analyzer (Electrico-Tech Systems Inc. Glenside, PA). The adhesion force was measured by using a home-made pulling system, as shown in Figure 2. The width of the kraft paper strip (d₂) and pulling height (h₁) were measured by using a ruler and were fixed at 1 cm and 5 cm. The width of the electrospun fibers leaving the substrates was also measured by using a ruler. The thickness of the electrospun mesh (h₂) was recorded and analyzed to obtain the adhesion force.

Figure 2: (a) The schematic diagram of the direct pulling apparatus for adhesion measurement. (b) Detail drawing of the substrate showing that nanofibrous mesh (with width of c) was electrospun onto a substrate and a kraft paper strip was set between the as-spun mesh and the substrate. (c) A force (F) was applied on the electrospun membrane by pulling the kraft paper strip, thus forming a trapezoid shape and the bottom, and upper side length (d₁ and d₂) as well as the pulling height (h₁) and thickness of the electrospun mesh (h₂) were recorded and analyzed to obtain the adhesion force.

3. Results and Discussion

Firstly, we examined the morphologies of the electrospun PVP fibers on different substrates under different electrospinning parameters. As can be found in Figure 3, the diameters of the PVP fibers show obviously changes on different substrates that the average diameter of as-spun fibers onto conductive aluminium foil was smallest, was medium on wood pulp paper, and was largest on the silicon paper. The different fiber diameters might result from the conductivity of the substrates. Moreover, the
Figure 3: SEM images of electrospun PVP fibers onto different substrates: (a) aluminium foil, (b) wood pulp paper, and (c) silicon paper at different electrospinning voltages of 11 kV (a1, b1, c1), 12 kV (a2, b2, c2), and 13 kV (a3, b3, c3). The inset images showed the average diameters of the as-spun fibers and their distributions.
increase of electrospinning voltage also resulted in thinner fiber diameters as suggested in Figure 3. The adhesion force may be different consequently due to the different number of fibers deposited per unit area. It was indicated that the increase in packing density increases would involve the increased surface contact between the electrospun fibers and substrate surfaces and then allow stronger van der Waal forces to act [16]. As can be observed that there are more fibers on the same area, a larger adhesion force may be achieved.

By using the home-made pulling system shown in Figure 1, we collected all the related data and calculated the adhesion force accordingly. As shown in Table 1 and Figure 4, one can obviously find that the adhesion force of the electrospun PVP fibrous meshes is larger as spinning voltages increased on all the substrates, which may not only ascribe to the thinner fiber diameter but also result from the higher electrostatic adherence effect. Moreover, the adhesion force on the conductive aluminium foil is much higher than the insulated papers due to the thinner fiber diameters. Furthermore, the adhesion force on the rough wood pulp paper is found to be stronger than in the smooth silicon paper. Apart from the effect of fiber diameter, there was also an effect of the roughness of the substrates. It has been indicated that with more surface asperities, greater mechanical interlocking between the fibers and the substrate surface can be expected and hence greater adhesion [13].

With the increase of spinning voltage, the diameter of fibers on different substrates will change. The change of fiber diameter will cause the change of fiber adhesion. As shown in Figure 5, as the spinning voltage increases, the diameter of the fiber will become smaller and the adhesion of the fiber will increase.

To further understand the mechanism of the adhesion force on different substrates, we examined the electrostatic decay of PVP fibers on different substrates, as suggested in Figure 6. It is shown that for electrospun fibers on the conductive aluminium foil, the given electrostatic voltage decayed quickly, which may help the charged electrospun fibers adhere to the aluminium foil fast as soon as they contacted the aluminium foil during electrospinning process. The insulated papers showed a slow decay trend and the silicon paper was the slowest, which corresponds to the adhesion force tested results as suggested in Figure 4 and Table 1.

When the substrate is aluminum foil, the adhesion test results are in the correct range by comparing with the test results of other methods. We have compared different measurement adhesion methods, and the specific results are shown in Table 2. The test results are in a reasonable range. This method is proved to be reliable. The adhesion of different substrates is tested by this method.

In order to verify the applicability of this method, the adhesion of different fibers on aluminium foil was measured by this method. PAN and TPU were spun on aluminium foil to measure the adhesion test results, as shown in Table 3 and Figure 7.

It can be seen from the conclusions in Table 3 and Figure 7 that this method is applicable to test adhesion not only on PVP fibers but also on other fibers.

4. Conclusion

In summary, we reported a new method to measure the adhesion force between in situ electrospun meshes and substrates by direct pulling. Several substrates were selected including smooth conductive aluminium foil, rough insulated wood pulp paper, and smooth insulated silicon paper.

### Table 1: Experimental data collected from measurement of the adhesion force $f_a$ by using the home-made pulling system.

| Substrates     | Voltage (kV) | $h_1$ (cm) | $h_2$ (mm) | $d_1$ (cm) | $d_2$ (cm) | $F$ (N) | $c$ (mm) | $k$ | $f_a$ (N/cm$^2$) |
|----------------|--------------|------------|------------|------------|------------|--------|----------|----|-----------------|
| Aluminium foil | 11           | 0.5        | 0.047      | 2.8        | 0.5        | 0.2298 | 15       | 0.4438 | 0.185166        |
|                | 12           | 0.5        | 0.035      | 1.5        | 0.5        | 0.2895 | 15       | 0.4438 | 0.196429        |
|                | 13           | 0.5        | 0.044      | 1.0        | 0.5        | 0.3021 | 15       | 0.4438 | 0.235372        |
| Virgin pulp paper | 11          | 0.5        | 0.062      | 2.0        | 1.0        | 0.8706 | 15       | 0.4438 | 0.014186        |
|                | 12           | 0.5        | 0.040      | 3.0        | 1.0        | 0.5754 | 15       | 0.4438 | 0.030572        |
|                | 13           | 0.5        | 0.062      | 4.4        | 1.0        | 0.4038 | 15       | 0.4438 | 0.030773        |
| Silicon paper  | 11           | 0.5        | 0.096      | 5.4        | 1.0        | 0.0683 | 15       | 0.4438 | 0.007558        |
|                | 12           | 0.5        | 0.093      | 4.4        | 1.0        | 0.1579 | 15       | 0.4438 | 0.008561        |
|                | 13           | 0.5        | 0.091      | 3.9        | 1.0        | 0.0614 | 15       | 0.4438 | 0.013341        |

![Figure 4: Plots of the adhesion force $f_a$ on different substrates varied with increasing spinning voltage.](image-url)
Figure 5: As the spinning voltage increases, adhesion and fiber diameter change. (a) The change of PVP fiber on aluminium foil. (b) The change of PVP fiber on wood pulp paper. (c) The change of PVP fiber on silicone paper.

Figure 6: Electrostatic decay of the electrospun fibers on different substrates.

Table 2: Comparison of different methods.

| Method                              | Experimental materials | Test equipment chart | Experimental result adhesion (mN) | Merit and demerit |
|-------------------------------------|------------------------|----------------------|-----------------------------------|-------------------|
| Quantitatively measure the adhesion with a weight method | PEO                    |                      | 68~220                           | (1) Large test error (2) Complex sample making |
| AFM adhesion measurements           | PVDF                   |                      | 165                              | (1) Operation complex (2) Exercise equipment expensive |
PVP nanofibers were electrospun into fibers onto these substrates under different voltages. The examined adhesion force suggested that conductive substrates and increasing voltage may help to increase the adhesion force due to the thinner fiber diameter and improved electrostatic force. It was also found that the roughness of the substrates may increase the adhesion force. Moreover, these results also indicated that the new method to measure the adhesion force is effective.

**Data Availability**

The data that support the findings of this study are available from the corresponding author upon reasonable request.

**Conflicts of Interest**

The authors declare that they have no conflicts of interest.

**Acknowledgments**

This work was supported by the National Natural Science Foundation of China (51673103 and 11847135), the Shandong Provincial Natural Science Foundation of China.
(ZR2017BA013), and the China Postdoctoral Science Foundation (2017M612200).

References

[1] M.-N. Liu, X. Yan, M.-H. You et al., "Reversible photochromic nano-fibrous membranes with excellent water/windproof and breathable performance," *Journal of Applied Polymer Science*, vol. 135, no. 23, p. 46342, 2018.

[2] X. Yan, M. H. You, T. Lou et al., "Colorful hydrophobic poly(vinyl butyral)/cationic dye fibrous membranes via a colored solution electrospinning process," *Nanoscale Research Letters*, vol. 11, p. 540, 2016.

[3] H.-J. Qiu, W.-Z. Song, X.-X. Wang et al., "A calibration-free self-powered sensor for vital sign monitoring and finger tap communication based on wearable triboelectric nanogenerator," *Nanoscale*, vol. 8, pp. 536–542, 2019.

[4] M.-H. You, X.-X. Wang, X. Yan et al., "A self-powered flexible hybrid piezoelectric-pyroelectric nanogenerator based on non-woven nanofiber membranes," *Journal of Materials Chemistry A*, vol. 6, no. 8, pp. 3500–3509, 2018.

[5] X. Wang, W.-Z. Song, M.-H. You et al., "Bionic single-electrode electronic skin unit based on piezoelectric nanogenerator," *ACS Nano*, vol. 12, no. 8, pp. 8588–8596, 2018.

[6] X. Li, X.-X. Wang, T.-T. Yue et al., "Waterproof-breathable PTFE nano- and microfiber membrane as high efficiency PM2.5 filter," *Polymers*, vol. 11, no. 4, p. 590, 2019.

[7] B. Zhang, Z.-G. Zhang, X. Yan et al., "Chitosan nano-structures by in situ electrospinning for high-efficiency PM2.5 capture," *Nanoscale*, vol. 9, no. 12, pp. 4154–4161, 2017.

[8] C. Liu, P.-C. Hsu, H.-W. Lee et al., "Transparent air filter for high-efficiency PM2.5 capture," *Nature Communications*, vol. 6, p. 6205, 2015.

[9] W.-L. Luo, X. Qiu, J. Zhang et al., "In situ accurate deposition of electrospun medical glue fibers on kidney with auxiliary electrode method for fast hemostasis," *Materials Science and Engineering: C*, vol. 101, pp. 380–386, 2019.

[10] G. S. Liu, X. Yan, F. F. Yan et al., "In situ electrospinning iodine-based fibrous meshes for antibacterial wound dressing," *Nanoscale Research Letters*, vol. 13, p. 3009, 2018.

[11] R.-H. Dong, Y.-X. Jia, C.-C. Qin et al., "In-situ deposition of personalized nanofibrous dressing via a handy electrospinning device for skin wound care," *Nanoscale*, vol. 8, no. 6, pp. 3482–3488, 2016.

[12] L. Wang, J. Yang, B. Ran et al., "Small molecular TGF-β1-inhibitor-loaded electrospun fibrous scaffolds for preventing hypertrophic scars," *ACS Applied Materials & Interfaces*, vol. 9, no. 38, pp. 32545–32553, 2017.

[13] P. Chen, *A preliminary discourse on adhesion of nanofibers derived from electrospun polymers*, Ph.D. thesis, The University of Akron, Akron, OH, USA, 2013.

[14] O. A. Blandon, "Mechanism of delamination of electrospun adhesive nanofibers," Master thesis, The University Of Akron, Akron, OH, USA, 2015.

[15] A. Baji, L. Zhou, Y.-W. Mai, Z. Yang, and H. Yao, "On the adhesion performance of a single electrospin fiber," *Applied Physics A*, vol. 118, no. 1, pp. 51–56, 2015.

[16] J. F. Najem, S.-C. Wong, and G. Ji, "Shear adhesion strength of aligned electrospun nanofibers," *Langmuir*, vol. 30, no. 34, pp. 10410–10418, 2014.

[17] Q. Shi, Q. Fan, X. Xu et al., "Effect of surface interactions on adhesion of electrospun meshes on substrates," *Langmuir*, vol. 30, no. 45, pp. 13549–13555, 2014.

[18] S. Sett, M. W. Lee, M. Weith, B. Pourdeyhimi, and A. L. Yarin, "Biodegradable and biocompatible soy protein/polymer/adhesive sticky nano-textured interfacial membranes for prevention of esca fungi invasion into pruning cuts and wounds of vines," *Journal of Materials Chemistry B*, vol. 3, no. 10, pp. 2147–2162, 2015.

[19] R. Sahay, A. Baji, A. S. Ranganath, and V. A. Ganesh, "Durable adhesives based on electrospun poly(vinylidene fluoride) fibers," *Journal of Applied Polymer Science*, vol. 134, no. 2, p. 44393, 2016.

[20] H. Na, P. Chen, and S.-C. Wong, "Adhesion energy of electrospin PVDF," *Procedia Materials Science*, vol. 1, pp. 13–18, 2012.

[21] H. Na, P. Chen, K.-T. Wan, S.-C. Wong, Q. Li, and Z. Ma, "Measurement of adhesion work of electrospun polymer membrane by shaft-loaded blister test," *Langmuir*, vol. 28, no. 16, pp. 6677–6683, 2012.

[22] W. Min, S. An, H. S. Jo, S. S. Yoon, and A. L. Yarin, "Self-healing nanofiber-reinforced polymer composites. 2. delamination/debonding and adhesive and cohesive properties," *ACS Applied Materials & Interfaces*, vol. 7, no. 35, pp. 19555–19561, 2015.

[23] M. Berdova, J. Lytinen, K. Grigoras et al., "Characterization of thin film adhesion by MEMS shaft-loading blister testing," *Journal of Vacuum Science & Technology A: Vacuum, Surfaces, and Films*, vol. 31, no. 3, Article ID 031102, 2013.

[24] M. Benz, K. J. Rosenberg, E. J. Kramer, and J. N. Israelachvili, "The deformation and adhesion of randomly rough and patterned surfaces," *The Journal of Physical Chemistry B*, vol. 110, no. 24, pp. 11884–11893, 2006.

[25] Z. Burton and B. Bhushan, "Hydrophobicity, adhesion, and friction properties of nanopatterned polymers and scale dependence for micro- and nanoelectro-mechanical systems," *Nano Letters*, vol. 5, no. 8, pp. 1607–1613, 2005.

[26] S. Vajpayee, R. Long, L. Shen, A. Jagota, and C.-Y. Hui, "Effect of rate on adhesion and static friction of a film-terminated fibrillar interface," *Langmuir*, vol. 25, no. 5, pp. 2765–2771, 2009.

[27] L. Sadowiski and T. G. Mathia, "Multi-scale metrology of concrete surface morphology: fundamentals and specificity," *Construction and Building Materials*, vol. 113, pp. 613–621, 2016.